The Influence of Silica Module of the Soluble Sodium Silicate Hardened by Ester on the Residual Strength of Molding Sand

A. Baliński
Foundry Research Institute,
ul. Zakopiańska 73, 30-418 Kraków, Poland
Corresponding author. E-mail address: jab@iod.krakow.pl

Received 29.06. 2012; accepted in revised form 04.09.2012

Abstract

Describes how to obtain a soluble sodium silicate with a density of 1.40 g/cm³, 1.45 g/cm³, 1.50 g/cm³, and silica module $M = 2.1$ obtained from the silica-sodium glass with module $M = 3.3$ and $M = 2.1$. Residual (final) strength of molding samples made with these binders, were determined at temperatures corresponding to the characteristic temperatures of phase and temperature transitions of silica gel. Indicated the type of soluble sodium silicate capable of obtaining the smallest value of the final strength of molding sand in the specified range of temperatures.

Keywords: Soluble sodium silicate, Silica gel, Residual strength

1. Introduction

Soluble sodium silicate is an essential inorganic binder used in foundries. Molding sands with soluble sodium silicate have many advantages, most important of which is the good heat resistance of molds and cores and a slight harm in terms of working conditions and environmental protection. An important disadvantage of these molding sands is their very high strength after the molten metal pouring and cooling to ambient temperature, resulting in difficult knockout properties. In all kinds of the molding sands with a binder in the form of soluble sodium silicate, the main factor that gives strength is silica gel. According to previous data, a network of silica gel (large molecule) composed of the chains of non-porous amorphous silica particles, similar to fused quartz. These particles are linked to each other by siloxane bonds $\text{Si-O-Si}$ or hydrogen $\text{SiOH} \ldots \text{HOSi}$, and each particle is covered with hydroxyl groups $\text{Si-OH} = \ldots$, and these groups are at the particle surface during the condensation of the gel [1].

The essential meaning for the strength properties of the molding sand has a strength of cured gel. Previously conducted studies have shown that silica gel strength depends primarily on the size of the particles and their coordination number. The particle size of the gel in the molding sands with soluble sodium silicate have diameter 20 - 85 nm [2] and the higher concentration of $\text{SiO}_2$ in solution (in molding sands is equal to 30 - 35% of the soluble sodium silicate), particles are the smaller, their density are denser and silica gel is high-tensile.

On the particle size of the gel affects the curing kinetics and the pH of the solution [3-6]. The gel obtained from systems in which the kinetics of gelation process is slower is characterized by higher strength, compared to the faster kinetics of gel formation. The particle size also depends on the pH of the solution of soluble sodium silicate. At high pH values, particle size and the speed of formation increases - causing a reduction in
strength. The most strong gels are obtained 800°C - 1100°C [2, 8], which causes a marked reduction in its strength after cooling. The values of temperatures at which occur the changes in the silica gel strength, depends on the characteristics of its structure, chemical composition and the method of curing at low pH values. The strength of the silica gel is also determined by the size of stresses occurring in it. According to [7], they depend on the degree of dehydration of the gel and the presence of a secondary hardening reaction products in the soluble sodium silicate. From the properties of the silica gel resultant in different conditions (thermal or chemical) depends largely strength properties of molding sands, exposed to elevated temperatures and then cooled to ambient temperature. In the result of high temperatures the silica gel present in the mikrohomogeneous system can melt. However, the system "soluble sodium silicate - CO₂" seems more plausible sintering gel particles, which are increasing at 600°C - 800°C [7], or by other researchers 700°C - 800°C [2], 800°C - 1200°C [8].

The beginning sintering temperature of the formed silica gel depends on the concentration of Na⁺ ions in soluble sodium silicate, particle size and degree of compaction (ie, from the same parameters that determine the initial strength of the gel). Further heating of the sintering gel causes loosening of its structure and separation of amorphous silica in the temperature range

2. Purpose and methods

Soluble sodium silicate type "m" were obtained from the silica sodium glass with module M = 3.3 subjected to the autoclaving process of chemical modification with NaOH, in order to obtain of the soluble sodium silicate with module M = 2.1 [9-12]. Soluble sodium silicate type "w" were obtained in the process of autoclaving from the molten sodium silica glass with module M = 2.1. The received soluble sodium silicate type "m" and "w" were concentrated to a density value of 1.40 g/cm³, 1.45 g/cm³ and 1.50 g/cm³ (notation are presented in table 1.

The characteristic temperature and phase transitions the silica gel of soluble sodium silicate type "m" and "w" is defined by using the high-temperature microscope type PR - 25/1750.

Figures 1 and 2 show the effect of temperature on the value of the maximum increase the high Δhₘₐₓₜ of silica gel samples formed from the soluble sodium silicate type m and w.

Changes in physico-chemical state of the silicate gel obtained by chemical reaction between the soluble sodium silicate and ethylene glycol diacetate, accompanied a change of the high (volume) of silica gel samples, associated with thermal expansion and the separation of the gas product from the organic components of the binding process and gradually melting the elements of gel structure. The maximum volume increase of the silicate gel for all samples followed in temperature from about 630°C to about 750°C. The largest increase of the high (volume) of silica gel samples is observed for soluble sodium silicate type m from about 95% (m-140), about 85% (m-150) and about 75% (m-145). In the case of silica gel formed from soluble sodium silicate type w, this increase is smaller and is about 80% (w-130), about 75% (w-140) and about 65% (w-145).

It can therefore be assumed that the smallest final strength will be characterized molding sand with the soluble sodium silicate m-140 and m-150 and heated to the temperature about 650°C.

With the use of the binders like "m" and "w" curing in the ester process (ester of ethylene glycol diacetate) was performed molding sands, in which the binder is not less than 2.5 parts by mass %, and the amount of involved components (SiO₂ + Na₂O) was constant (39%). Standardized cylindrical samples with dimensions of φ50 x 50 made of molding sand was subjected to precipitation hardening for 24 hours and then cured for 2 hours at the characteristic temperature and phase transformations occurring in the silica gel, within a temperature range from 300°C to 1000°C.

After cooling the samples to ambient temperature, studied their compressive strength (so-called residual strength Rₜₘₐₓₜ). Obtained, the minimum values of the residual compressive strength versus temperature of characteristic temperature and phase transformations occurring in the silicate gel is illustrated on figure 3.
### Table 1.
Characteristic of the investigated kinds of the materials

| Kind of the soluble sodium silicate | Silica modulus $M$ of the silica-sodium glass | Silica modulus $M$ of the soluble sodium silicate | Density of the soluble sodium silicate, g/cm³ |
|------------------------------------|-----------------------------------------------|--------------------------------------------------|-----------------------------------------------|
| $m$-140                            |                                               |                                                  | 1,40                                          |
| $m$-145                            |                                               |                                                  | 1,45                                          |
| $m$-150                            | 3.3                                           | 2.1                                              | 1,50                                          |
| $w$-140                            |                                               |                                                  | 1,40                                          |
| $w$-145                            |                                               |                                                  | 1,45                                          |
| $w$-150                            |                                               |                                                  | 1,50                                          |

The presented results allow to conclude that process for the preparation of soluble sodium silicate from sodium silicate glass and its density, has an essential influence on the residual strength of the molding sand prepared with the use of such binders.

### 3. Conclusions

The obtained results indicate that the minimum value of residual compressive strength $R_{cm}^*$ in the temperature range from about 300°C to about 650°C, is present in the molding sand with the binder $m$-150. Therefore can be concluded that the binder $m$-150 is particularly recommended for the manufacture of molds and cores for casting from low melting alloys (e.g., aluminum alloys). In the higher temperature range (from about 650°C to about 850°C), the smallest value of the residual strength $R_{cm}^*$ is achieved for molding sand with the binder $m$-140. At the temperatures close to 1000°C the lowest value of the residual strength $R_{cm}^*$ is achieved for molding sand with the binder $w$-150.

The presented results allow to conclude that process for the preparation of soluble sodium silicate from sodium silicate glass and its density, has an essential influence on the residual strength of the molding sand prepared with the use of such binders.

### Acknowledgements

This publication is the result of the research project T08B 001 13 "Investigation of the structure of soluble sodium silicate on the cohesive strength of chemically cured molding sands."

### References

[1] Lewandowski, J.L. (1997). Tworzywa na formy odlewnicze. Kraków: Akapit.
[2] Żukowski, S.S. (1985). Problemy procesności formowoczych smesi. Lit. Proizv. 5, 5-7.
[3] Iler, R.K. (1968). The Chemistry of Silica. New York – Chichester – Brisbane – Toronto: John Wiley.
[4] Iler, R.K. (1959). Koloidnaja chimia kremniezjema i silikatov, Moskwa: Gostrojizdat.
[5] Jelinek, P. (1998). Vytvrzovaci procesy smesi s alkalickymi silikaty. In International Conference – Ecological production of castings in the waterglass mixtures, 7 – 10 May 1998 (pp 99 – 102). Zlin, Czechy: VSB.
[6] Liass, A.M. (1965). Bystrot vierdujussczije formovocznye smesi. Moskwa: Maszinostrojenije.
[7] Franek, B., Humpola, J., Burian, A., Kajzarova, M., Jelinek, P. & Mikovsky, F. (1998), Vlasnosti smesi s novymi pojivovymi systemy na bazi alkalickych kremicitane a jejich regenerovatelnost. In International Conference – Ecological production of castings in the waterglass mixtures, 7 – 10 May 2008 (pp 108 – 112). Zlin, Czechy: VSB.
[8] Schneider, H. & Dopp, R. (1991). Einige chemische und strukturelle Untersuchungen zum Wasser-glass – CO₂ – Verfahren – Teil 1. Schriftumsubersicht und ergebnisse struktureller Untersuchungen, Gisseeuforschung. 1-2, pp.10 - 14.
[9] Baliński, A. & Izdebska-Szanda, I. (2006). The Economical and Ecological Aspects of Using the Modified Water-glass and Fly Ash as an Additive to Green Sands. In 46 Foundry Conference, 7 – 11 September 2006 (pp. 39 – 42). Portorož, Slovenia: Slovenian Foundrymen Society.
[10] Baliński, A. (2006). Nanostruktura uwodnionego krzemianu sodu w aspektie kondycjonowania szkliwa krzemianowo-sodowego. In Komitet Metalurgii PAN (Eds.), Polska Metalurgia w Latach 2002 – 2006, (pp. 281 – 285). Kraków: Akapit.
[11] Izdebska-Szanda, I. & Baliński, A. (2005). Badanie właściwości kohezyjno-adhezyjnych modyfikowanych chemicznie krzemianów sodu. Odlewnicstwo – Nauka i Praktyka. 2, 12 - 14.
[12] Korzeniowska, M. (2009). Wpływ struktury uwodnionego krzemianu sodu jako spojwa mas formierskich na właściwości żelu krzemionkowego w wysokich temperaturach. Unpublished doctoral dissertation, AGH University of Science and Technology, Kraków, Poland.